Rapid Research Note

Observation of Two-Dimensional Spatial Solitons in Iron-Doped Barium–Calcium Titanate Crystals

J. Xu (a, b), V. Shandarov (c), M. Wesner (a), and D. Kip (a)

(a) Universitä¨t Osnabrück, Fachbereich Physik, D-49069 Osnabrück, Germany
(b) Nankai University, Physics Department, Tianjin 300071, China
(c) State University of Control Systems and Radioelectronics, Tomsk 634050, Russia

(Received November 12, 2001; accepted December 19, 2001)

Since the discovery of photorefractive spatial solitons [1, 2], these non-diffracting waves have been the subject of an intense research effort, because they are particularly interesting for building all-optical diodes, transistors, switches, and all-optical computers. Until now steady-state bright spatial solitons have been observed in BTO [3], SBN [4], InP:Fe [5], KNbO3 [6], KLTN [7], and BaTiO3 [8] crystals. Barium–calcium titanate (BCT) [9, 10] is a promising photorefractive material and an alternative to BaTiO3, which is much easier to grow and does not have any phase transition within the temperature range from $-120^\circ$C to $100^\circ$C. This crystal also possesses slightly larger electro-optic coefficients $r_{13}$ (20 pm/V) and $r_{33}$ (130 pm/V) compared to BaTiO3. However, no studies of photorefractive spatial soliton formation have been reported so far in BCT crystals. In this contribution, we investigate photorefractive spatial soliton formation in iron-doped BCT crystals and observe, for the first time to our knowledge, the formation of steady-state two-dimensional (2D) screening solitons in this material.

Samples of the congruently melting composition Ba$_{0.23}$Ca$_{0.77}$TiO$_3$ are grown in the crystal-growth laboratory of the Department of Physics at the University of Osnabrück [9, 10]. The dimension of our sample that is doped with 290 ppm Fe is $5 \times 5 \times 5$ mm$^3$. All surfaces are polished to optical quality. On both faces normal to the $c$-axis of the crystal, electrodes are prepared with silver paste. The light propagates along the $a$-axis in our experiment. Our experiments are conducted in a standard setup for soliton formation, in which an external electric field $E_0$ is applied along the ferroelectric $c$-axis. A frequency-doubled Nd:YAG laser ($\lambda = 532$ nm) is used as the light source. Because of the low dark conductivity of our sample $\sigma_d \approx 6 \times 10^{-14}$ $\Omega^{-1}$ cm$^{-1}$ [9], a background illumination is necessary to tune the degree of saturation of the nonlinearity. This ordinarily polarized background light of the same wavelength 532 nm is made spatially incoherent by passing it through a rotating diffuser. The ratio $r$ between the soliton light intensity (extraordinary polarization) and the background irradiance is $r \approx 5$. The soliton intensity is always kept below 50 mW/cm$^2$ to minimize photovoltaic self-defocusing.

Figure 1 shows a characteristic result of 2D soliton formation. In this experiment, the beam intensity is $I \approx 30$ mW/cm$^2$. The beam diameter at the crystal’s input face is $d_{in} \approx 14$ $\mu$m. Without an external electric field $E_0$ applied, the beam width $d$ increases during propagation due to both,
linear diffraction and photovoltaic self-defocusing. At the exit face, the beam width perpendicular to the c-axis is increased to about 29 μm, whereas for the parallel direction an increase to about 41 μm is measured. By application of an appropriate field to the sample, a 2D screening soliton can be induced. In Fig. 1, an electric field of about 7 kV/cm is necessary for soliton formation. This soliton is stable and reshapes itself with a diameter (FWHM) of 11.0 μm parallel to the c-axis and a diameter of 12.8 μm perpendicular to it. The beam is slightly elliptical, but this effect is much less pronounced than it is observed for 2D solitons in BaTiO3 [8]. Very similar results are obtained when light of a helium neon laser (λ = 632.8 nm) is used for the soliton beam, while still using the green background light. In this case, for about the same value of the external field the red light beam forms a 2D soliton of slightly larger size.

In Fig. 2, we illustrate the soliton formation as a function of the applied field $E_0$, for the same experimental conditions as in Fig. 1. The dependence of the output beam diameter on the applied field shows a threshold-like behavior. Both beam profiles change distinctly for electric fields larger than about 2 kV/cm. Within the range from 4 kV/cm to 6 kV/cm, the beam width parallel to the c-axis increases slightly with increasing field, while the beam width perpendicular to it decreases. For even larger fields, both diameters decrease up to saturation. The different threshold-like behaviors for the vertical and horizontal beam profiles are quite different from those observed in other crystals.

In most investigations on bright photorefractive solitons, especially in those performed in SBN, photovoltaic effects can be neglected. However, in BCT the photovoltaic field influences the soliton formation in addition to the external drift field. This can affect the beam profiles in a quite complicated manner. For instance, oscillation and pulsation of the output beams in time and space are often observed and always deteriorate the formation of solitons. On the other hand, the competition between photovoltaic and drift effects also produces new and interesting phenomena which are worth further investigation.

Acknowledgement This work has been supported by the Volkswagen-Foundation (grant No. ZN 1154), by the federal state of Niedersachsen in Germany (grant No. GRK 695), by the Russian Foundation of Basic Research (grant No. 00-02-17380), and by the Deutsche Forschungsgemeinschaft (project 446 CV 112/18/01).

References

SERNELIUS, B.E.
Surface Modes in Physics
€109.-*/DM213.19/£65.-**
ISBN 3-527-40313-2

Electromagnetic surface modes are present at all surfaces and interfaces between materials of different dielectric properties. These modes have very important effects on numerous physical quantities: adhesion, capillary force, step formation and crystal growth, the Casimir effect etc. They cause surface tension and wetting and they give rise to forces which are important, e.g., for the stability of colloids. This book is a useful and elegant treatment of the fundamentals of surface energy and surface interactions. The concept of electromagnetic modes is developed as a unifying theme for a range of condensed matter physics, both for surfaces and in the bulk. In close relation to the theoretical background, the reader is served with a broad field of applications.

DEÁK, P./ FRAUENHEIM, T./ PEDERSON, M.R. (eds.)
Computer Simulation of Materials at Atomic Level
€179.-*/DM350.09/£75.-**
ISBN 3-527-40220-9

The discovery of bulk metallic glasses has led to a large increase in the industrial importance of amorphous metals and this is expected to continue. This book is the first to describe the theoretical physics of amorphous metals in a very homogeneous and self-consistent way. It covers the important theoretical development of the last 20 years. The authors are outstanding physicists renowned for their work in the field of disordered systems. While both theorists and experimentalists interested in amorphous metals will profit from this book, it will also be useful for supplementary reading in courses on solid-state physics and materials sciences.

O’HANDLEY, R.C.
Modern Magnetic Materials
Principles and Applications
€152.36*/DM298.-/£89.50**

This book is an essential reference for physicists, electrical engineers, materials scientists, chemists, and metallurgists, and others who work on magnetic materials and magnet design. Focusing on materials rather than the physics of magnetism, it provides a modern, practical treatment of materials that can hold a magnetic field. Cutting-edge topics include nanocrystalline materials, amorphous magnetism, charge and spin transport, surface and thin film magnetism and magnetic recording.